# Excessive Creep Deflections: An Awakening Data from numerous long-span prestressed segmental box girders show alarming trend 

by Zdeněk P. Bažant, Mija H. Hubler, and Qiang Yu

Aprevious article ${ }^{1}$ in this magazine reported grossly excessive creep deflections of the ill-fated, recordspan KB Bridge in Palau and four bridges in Japan. That article summarized the results and lessons from the analyses of those spans, while the details of creep analyses appeared elsewhere. ${ }^{2}$ These results invited the question: Are these excessive deflections rare?

They are not, as it transpired from the search of published literature and various society or company reports undertaken at Northwestern University under the auspices of the recently formed RILEM Committee TC-MDC, Multi-Decade Creep. Despite great difficulties in obtaining information, the search has already led to the collection of deflection histories of 64 large bridge spans. Data from the initial collection of 56 span histories are shown in Fig. 1, with the deflection plotted as a function of the time from span closing. Time is plotted in the logarithmic time scale, and the diagrams are arranged in the order of decreasing 20-year relative deflection.

## Where is the Limit?

The first feature that immediately strikes the eye is that after an initial period of about 1000 days since span closing, the deflections evolve systematically as a straight line in the logarithmic scale. With the exception of RILEM Model B3, ${ }^{3}$ the observed deflections are contrary to what would be calculated using all standard engineering society recommendations, which introduce creep prediction formulas in which it is assumed that the creep compliance curves approach a finite, asymptotic bound. If this assumption were correct, the curves in Fig. 1 would level off.

Thus, Fig. 1 proves that there is no evidence for a finite
asymptotic bound, and that the compliance curves of concrete must become, after about 1000 days, logarithmic curves (this fact was introduced for different reasons by Bažant in $1974^{4}$ as part of a review of a nuclear containment design for Sargent \& Lundy Engineers, Chicago, and was also proposed at that time for standard society recommendations). The logarithmic form of multi-decade deflection curve makes it possible to use a simple straight line extrapolation as a realistic prediction of the future behavior.

## What is Acceptable?

The second feature to note is the deflection magnitude. The horizontal dashed lines in these diagrams indicate the deflection equal to $1 / 800$ of the respective spans. This value is generally considered as the maximum acceptable deflection. But, according to the measured deflections or their straight-line extrapolations, the deflections of 43 spans among the 56 shown in Fig. 1 become excessive within less than 100 years, which is the normally required minimum lifetime. The deflections of 33 of the 56 spans become excessive in less than 40 years, and the deflections of 20 of the 56 spans become excessive in only 25 years. It's likely that many more excessively deflecting segmental bridges exist.

Evidently, the current method of creep design of large-span segmentally erected box girders is not sustainable. These are structures of high creep sensitivity and using a realistic creep model is important. The economic loss associated with bridge retrofit or premature closing, which may be attributed mainly to incorrect standard recommendations for creep prediction, has been truly enormous.

## Action is Required

It must be emphasized that records of excessive multi-decade bridge deflections could be a gold mine of vital information for improving the standard design recommendations, provided that sufficient information
on the concrete composition, environment, bridge
geometry, prestressing, and construction procedures could be obtained (readers who could help are welcome to contact the authors). The existing worldwide database of the laboratory creep tests is heavily biased toward test


Fig. 1: Excessive deflections measured on 56 segmental bridge spans. Ordinates are deflection-span ratios, \%; abscissas are time, days. Each horizontal dashed line corresponds to a deflection of $1 / 800$ of the span, considered the maximum allowable. The associated vertical tick marks respectively indicate times of 40 and 10 years after span closing. Data were obtained from private communications with Yasumitsu Watanabe, Shimizu Corp., Tokyo; Jan Vítek, Metrostav, Prague; Vladimír Křístek and Lukáš Vráblík, CTU Prague; and Miloš Zich, Brno; as well as from References 6 through 12
durations of a few years and is insufficient by far for verifying and calibrating a general multi-decade creep model for standard recommendations.

In the case of multi-span bridges, Fig. 1 shows the deflections for each span separately. The deflections of adjacent spans are, of course, correlated, but only weakly so, as evidenced by their differences. The partial correlation between adjacent spans, quantifiable from the diagrams, will have to be taken into account in statistical analyses. Even though detailed information on the bridges in Fig. 1 is lacking, the deflection histories shown can nevertheless be used in joint statistical analyses of laboratory and bridge data to achieve an improvement of the multi-decade creep model. This task is attempted in a separate study. ${ }^{5}$

In closing, the present data document that an improved creep model and the type of analysis exemplified in References 1 and 2 are inevitable for sustainable design of structures of high creep sensitivity, if the proper lifetime is to be ensured.

## Acknowledgments

Financial support from the U.S. Department of Transportation through Grant 20778 from the Infrastructure Technology Institute of Northwestern University is gratefully appreciated. Thanks are due to Y. Watanabe, L. Vráblík, J. Vítek, V. Křístek, M. Zich, J. Navrátil, and M. Jirásek for valuable help in obtaining various data and for some helpful comments.

## References

1. Bažant, Z.P.; Yu, Q.; Li, G.-H.; Klein, G.J.; and Křístek, V., "Excessive Deflections of Record-Span Prestressed Box Girder," Concrete International, V. 32, No. 6, June 2010, pp. 44-52.
2. Bažant, Z.P., Yu, Q.; and Li, G.-H, "Excessive Long-Time Deflections of Prestressed Box Girders: I. Record-Span Bridge in Palau and Other Paradigms, II. Numerical Analysis and Lessons Learned," Journal of Engineering Mechanics, ASCE, 2011, in press.
3. Bažant, Z.P., and Baweja, S., "Creep and Shrinkage Prediction Model for Analysis and Design of Concrete Structures-Model B3 (RILEM Recommendation)," Materials and Structures, V. 28, No. 6, 1995, pp. 357-365, (with Errata, V. 29, No. 2, Mar. 1996, p. 126).
4. Bažant, Z.P.; Walser, A.; and Carreira, D.J., "Creep and Shrinkage in Reactor Containment Shells," Journal of the Structural Division, ASCE, V. 101, No. 10, Oct. 1975, pp. 2117-2131.
5. Bažant, Z.P.; Hubler, M.H.; and Yu, Q., "Pervasiveness of Excessive Deflections of Segmental Bridges: Wake-Up Call for Creep," ACI Structural Journal, in press.
6. Manjure, P.Y., and Banarjee, A.K., "Rehabilitation/Strengthening of Zuari Bridge on NH-17 in Goa," Paper No. 490, Journal of Indian Roads Congress, V. 63, No. 3, Dec. 2002, p. 463.
7. Vítek, J.L., "Long-Term Deflections of Large Prestressed Concrete Bridges," Serviceability Models—Behaviour and Modelling in Serviceability Limit States Including Repeated and Sustained Loads, CEB Bulletin d'Information No. 235, CEB, Lausanne, France, 1997, pp. 215-227 and 245-265.
8. Burdet, O., and Muttoni, A., "Evaluation of Existing Measurement Systems for the Long-Term Monitoring of Bridge Deflections," Swiss Federal Roads Office, No. 607, Bern, Switzerland, 2006, 57 pp.
9. Pfeil, W., "Twelve Years Monitoring of Long Span Prestressed Concrete Bridge," Concrete International, V. 3, No. 8, Aug. 1981, pp. 79-84.
10. Fernie, G.N., and Leslie, J.A., "Vertical and Longitudinal Deflections of Major Prestressed Concrete Bridges," Proceedings of Symposium of Serviceability of Concrete, Melbourne, Australia, Aug. 19, 1975, organized by the National Committee on Concrete Research and Engineering of the Institution of Engineers, pp. 28-33.
11. Japan International Cooperation Agency, "Present Condition Survey of the Koror-Babelthuap Bridge," Feb. 1990.
12. Patron-Solares et al., "Étude des Deformations Différées du Pont de Savines," Bulletin des Laboratories des Ponts et Chaussées, May 2008.

Selected for reader interest by the editors after independent expert evaluation and recommendation.


ACl Honorary Member Zdeněk P. Bažant is McCormick Institute Professor and W.P. Murphy Professor of Civil Engineering and Materials Science, Northwestern University, Evanston, IL. A member of the National Academy of Sciences and the National Academy of Engineering, he is the founding Past Chair and a member of Joint AClASCE Committee 446, Fracture Mechanics of Concrete. He is also a member of five other ACI Committees, including 209, Creep and Shrinkage in Concrete, and 348, Structural Reliability and Safety. He is a registered structural engineer in Illinois.


Mija H. Hubler is a Graduate Research Assistant at Northwestern University. She received her BS from the University of Illinois, and her MS from Cornell University. She is pursuing doctoral research in concrete creep and hygrothermal effects and failure probability of staggered microstructures.


Qiang Yu is an Assistant Research Professor at Northwestern University. He received his BS from Tongji University, Shanghai, China; his MS from Tsinghua University, Bejing, China; and his PhD from Northwestern University. His research interests include fracture, creep, and shrinkage in concrete structures.

